Characterization and Antibacterial Activity Test of Green Synthetic ZnO Nanoparticles Using Avocado (*Persea americana*) Seed Extract

Nanda Saridewi a,*, Adelian Risa Adinda b, Siti Nurbayti b

a Department of Chemistry Education, Faculty of Tarbiyah and Teaching Science, Syarif Hidayatullah State Islamic University, Jakarta, Indonesia

b Department of Chemistry, Faculty of Science and Technology, Syarif Hidayatullah State Islamic University, Jakarta, Indonesia

*Corresponding author: nanda.saridewi@uinskt.ac.id

https://doi.org/10.14710/jksa.25.3.116-122

**Abstract**

The ability of cotton fabrics to absorb water creates several problems, such as providing an environment for bacterial growth. Antibacterial properties of textiles can be conducted by coating with nanoparticles with antibacterial activity. This study aimed to synthesize ZnO via green process nanoparticles using avocado seed extract (*Persea americana*), then characterize and evaluate its antibacterial activity on cotton fabrics. This research began with extracting avocado seed extract with distilled water. Then, the seed extract was mixed with Zn(CH$_3$COO)$_2$and heated in a water bath at 70°C. The mixture was stirred while NaOH was added until the mixture reached pH 7, 8, and 9. The FTIR measurement of the avocado seed extract showed the presence of free hydroxyl and amino groups that act as reducing agents, capping agents, and stabilizers in the synthesis of ZnO nanoparticles. The XRD pattern of synthesized ZnO nanoparticles was hexagonal. The SEM results showed that the morphology of ZnO nanoparticles was spherical, with a particle size of 19.965 nm. Antibacterial activity was carried out on the cotton cloth coated with ZnO nanoparticles, resulting in an inhibition zone of 1.8 cm against *E. coli* and 1.97 cm against *S. aureus* bacteria. This study result indicated that ZnO nanoparticles have antibacterial activity by producing inhibition against *E. coli* and *S. aureus*.

**1. Introduction**

Cotton fabric is one of the most popular materials in apparel manufacture. The characteristics of cotton that make this material popular are that it is comfortable to use, degradable, renewable, and environmentally friendly. The surface of cotton fabric has a hydroxyl group (−OH) which makes this material hydrophilic. The ability of cotton fabrics to absorb water creates several problems, such as fabrics being easily stained and providing an environment for bacterial growth [1]. Therefore, the required material has an antibacterial activity to be applied to textiles. Semiconductor nanoparticles such as zinc oxide (ZnO) have broad applications in electronics, optics, optoelectronics, and biomedicine [2]. ZnO is a semiconductor material II and VI with a wide bandgap of 3.37 eV and an energy of 60 MeV. The wide bandgap in ZnO can be utilized in the semiconductor field [3]. ZnO possesses particular activity, heat resistance, resistance to UV rays, and the ability to absorb UV rays [4]. With the help of light, photocatalytic materials produce radical compounds that will bind to bacterial cells, resulting in bacterial damage and death [5]. The photocatalytic activity of ZnO can be utilized more optimally by fabricating ZnO into nanoparticles.

Nanoparticles can be synthesized using the sol–gel method. Sol–gel is a method of synthesizing nanoparticles in which the sample must go through the sol and gel stages [6]. The sol–gel method was chosen because it has several advantages: low temperatures, adjustable composition, and a homogeneous and pure layer [7]. The sol–gel method is carried out by adding
Equipment used in this research were X-ray Diffraction (XRD) Shimadzu 7000, Fourier Transform Infrared (FTIR) Alpha II, and Scanning Electron Microscopy (SEM) Jeol, hot plate, magnetic stirrer, freeze dryer, oven, pH indicator, furnace, thermometer, centrifuge, blender. 500 mL Erlenmeyer, 250 mL beaker glass, 25 mL measuring cylinder, 100 mL measuring cylinder, 100 mL volumetric flask, 250 mL volumetric flask, drop pipette, stirring rod, petri dish, spatula, separating funnel, evaporating dish porcelain.

2.3. Synthesis of ZnO Nanoparticles

A 10 grams mashed avocado seeds (Persea americana) were put into a beaker, then added 100 mL of distilled water and a magnetic stirrer, then heated in a water bath at 100°C for 25 minutes, constantly stirring at 400 rpm. The extract was filtered using Whatman Grade 42 filter paper [13]. The avocado seed extract was then used to synthesize ZnO nanoparticles.

Ten mL avocado seed extract was added with 90 mL of Zn(CH\(_2\)COO)\(_2\)\_2H\(_2\)O 0.15M solution. After that, the solution was heated at 70°C for 1 hour in a water bath and constantly stirred. A 0.1 M NaOH was added to the mixture until pH 7, 8, 9 reached, then stirred for one hour to form colloidal ZnO nanoparticles. The resulting pale white solid ZnO was centrifuged at 25°C at 4000 rpm for 10 minutes. The solid was carefully washed with distilled water and dried in an oven at 100°C for 18 hours. After that, the solid ZnO was calcined using a furnace at 450°C for 4 hours [12].

2.4. Characterization

The avocado seed extract was characterized by Fourier Transform Infrared (FTIR) spectrophotometry to identify the functional groups contained therein. The crystallinity of synthesized ZnO nanoparticles was measured by X-ray Diffraction (XRD). Particle size and distribution were determined by Scanning Electron Microscopy (SEM). Then it was applied to Combed 30s cotton fabric. Cotton cloth was soaked in a solution of ZnO nanoparticles with various solution concentrations (2.5%, 5%, 7.5%, 10%), then placed on Nutrient Agar media which had been overgrown with E. coli and S. aureus bacteria. The antibacterial activity of the fabric was evaluated by the diameter of the zone of inhibition of bacterial growth.

3. Results and Discussion

3.1. Functional Group Analysis of Avocado Seed Extract (Persea americana)

The analysis of avocado seed extract using FTIR aimed to identify the functional groups of avocado seed extract. Analysis of avocado seed extract using FTIR was performed in the wavenumber range of 400–4000 cm\(^{-1}\). Figure 1 shows the FTIR spectrum of the avocado seed extract.

Table 1 shows the FTIR spectrum of avocado seed extract generating the main peak positions, such as 3164–3308 cm\(^{-1}\), 2831–2962 cm\(^{-1}\), 1598 cm\(^{-1}\), 1400 cm\(^{-1}\), 1033 cm\(^{-1}\), and 509 cm\(^{-1}\). A wide peak at 3164–3308 cm\(^{-1}\) indicates the presence of the O–H functional group from the alcohol compound [17, 18, 19]. The bands at 2831–2962 cm\(^{-1}\) are associated with C–H stretching in the alkane chain. The existence of the N–H group is evidenced by the absorption of the wavenumber 1598 cm\(^{-1}\) contained in the amine compound. A peak of 1400 cm\(^{-1}\) corresponds to the bending O–H group found in alcohol compounds [12]. The vibrations of the C–O group in alcohol compounds and C–N stretching in aliphatic amine compounds appear at 1033 cm\(^{-1}\) [20]. The hydroxy group is important in synthesizing ZnO nanoparticles as
negatively charged ions to cover the particle's surface. The free amine group in avocado seed extract acts as a stabilizer in synthesizing nanoparticles [21].

![Figure 1. FTIR spectrum of avocado seed extract](image1.png)

**Table 1. Results of the FTIR spectrum of avocado seed extract**

| Number | Wavenumber (cm⁻¹) | Functional group vibration |
|--------|-------------------|----------------------------|
| 1      | 3164–3308         | O–H stretching             |
| 2      | 2831–2962         | C–H stretching             |
| 3      | 1598              | N–H bending                |
| 4      | 1400              | O–H bending                |
| 5      | 1033              | C–N stretching             |

Reactions that can occur in the process of synthesizing ZnO nanoparticles:

\[
\begin{align*}
\text{Zn(CH}_3\text{COO)}_2\cdot2\text{H}_2\text{O} + 2\text{NaOH} & \rightarrow \text{Zn(OH)}_2 + 2\text{CH}_3\text{COONa} + 2\text{H}_2\text{O} \quad (1) \\
\text{Zn}^{2+} + 2\text{OH}^- & \rightarrow \text{Zn(OH)}_2(l) \quad (2) \\
\text{Zn}^{2+} + 4\text{OH}^- & \rightarrow \text{Zn(OH)}_2\text{O}^2- \quad (3) \\
\text{Zn}^{2+} + 2\text{OH}^- & \rightarrow \text{ZnO} + 2\text{H}_2\text{O} \quad (4)
\end{align*}
\]

In ZnO nanoparticles synthesis, H₂O and constant stirring aimed to re-dissociate Zn(OH)₂ into Zn²⁺ and OH⁻ ions [12, 22]. The formation mechanism of ZnO nanoparticles is illustrated in Figure 2.

The hydroxy groups in avocado seed extract will reduce Zn²⁺ ions to Zn by adding NaOH. After that, Zn combines and forms clusters that will cause particle growth, where the growth rate can affect particle size. The functional groups in the avocado seed extract will interact with the Zn surface and envelop the formed Zn cluster, commonly known as capping. Capping agents are organic ligands used to bind selectively specific nanocrystals through an oriented chelating process [23], resulting in no aggregation between Zn clusters and the formation of stable ZnO nanoparticles. The hydroxy group plays a role in binding the Zn cluster, allowing the negatively charged ions to cover the particle’s surface. This negative ion causes repulsion between similar charges, preventing aggregation between nanoparticles [24].

![Figure 2. Formation mechanism of ZnO nanoparticles](image2.png)

**3.2. ZnO Nanoparticle Crystal Analysis Results**

Analysis of ZnO nanoparticles using XRD aimed to measure the crystal size and level of crystallinity of the nanoparticles. XRD analysis was characterized the synthesized ZnO nanoparticles with variations in pH 7, 8, and 9. The pH of the sample was varied because the amount of OH⁻ and H⁺ greatly affected the crystal formation process. The XRD results of several pH variations are as follows.

![Figure 3. Diffraction pattern of standard ZnO](image3.png)

**Table 2. Crystal size of ZnO nanoparticles**

| Sample  | Crystal Size (nm) |
|---------|-------------------|
| ZnO pH 7| 19.5±2            |
| ZnO pH 8| 34.2±3            |
| ZnO pH 9| 36.8±3            |

Table 2 reveals that variations in pH affected the crystal size of the synthesized ZnO nanoparticles. ZnO nanoparticles that have the smallest crystal size were...
ZnO nanoparticles synthesized with pH 7 of 19.532 nm. Meanwhile, the largest crystal size was found in ZnO nanoparticles synthesized with pH 9 of 36.812 nm. From the crystal size results, the optimum pH for synthesizing ZnO nanoparticles using avocado seed extract was pH 7.

The number of H\(^+\) and OH\(^-\) ions in solution significantly affects the synthesis of ZnO nanoparticles. When the pH is increased, which increases the concentration of OH\(^-\), the concentration of H\(^+\) ions decreases compared to when the solution was acidic. The presence of OH\(^-\) ions will affect the formed crystal structure. A highly concentrated solution of OH\(^-\) ions will cause the hydrolysis and condensation processes during the synthesis of ZnO nanoparticles to be increasingly uncontrolled, resulting in nanoparticles with irregular shapes and sizes [26].

### 3.3. Morphological Analysis Results of ZnO Nanoparticles

SEM analysis of ZnO nanoparticles aimed to determine the surface morphology and particle size. ZnO nanoparticles synthesized at pH 7 were characterized by SEM because they have the smallest crystal size. The SEM image was obtained at a magnification of 5,000x (Figure 4). The data obtained were processed using Image J software to determine the particle size of ZnO nanoparticles.

![Figure 4. SEM image of ZnO nanoparticles](image)

SEM image shows ZnO nanoparticles that are spherical and clustered. The particle size of the synthesized ZnO at pH 7 was 19.965 nm. The particle size distribution can be seen in Figure 5 after processing the data using Origin.

Figure 5 shows a graph of the particle size distribution of ZnO nanoparticles. The graph shows that ZnO nanoparticles with a 10–15 nm particle size have the most significant frequency, and this indicates that the particles with the most frequencies are in the range of 10–15 nm. The particle size distribution graph shows that the synthesized ZnO nanoparticles were evenly distributed even though particles indicated more than 10–15 nm agglomeration. Agglomeration can be caused by ZnO nanoparticles’ polarity and electrostatic attraction [27]. The particle size in this study was smaller than the ZnO nanoparticles synthesized by Saridewi et al. (2021) using pumpkin seed extract (Cucurbita moschata), which was 28.07 nm [15]. In addition, the particle size in this study is smaller than the ZnO nanoparticles synthesized by Nurbayasari et al. (2017) using green seaweed extract (Caulerpa sp), which is 370.72 nm [12]. In conclusion, the synthesis of ZnO nanoparticles was successfully performed using avocado seed extract as a reducing agent, capping agent, and stabilizer.

![Figure 5. Particle size distribution graph of ZnO nanoparticles synthesized at pH 7](image)

### 3.4. Isolation and Partial Purification of Compounds

In this study, antibacterial testing was conducted using the agar diffusion method. The medium used was Nutrient Agar (NA). The agar diffusion method generally utilizes disc paper, but this study directly used Combed 30s cotton cloth. The ZnO nanoparticles were synthesized at pH 7 because they had the smallest crystal size and the largest surface area. The nanoparticle solution has concentration variation of 2.5%, 5%, 7.5%, and 10% with 95% ethanol as a solvent. Amoxicillin 2% was used as the positive control, while the negative control used distilled water. The bacterial growth inhibition zone was calculated in this antibacterial test, which is presented in Table 3.

| Number Bacteria Repetition | ZnO 2.5% | ZnO 5% | ZnO 7.5% | ZnO 10% | Distilled water | Amoxicillin |
|-----------------------------|----------|--------|----------|---------|-----------------|-------------|
| 1 S. aureus                 | 1.6      | 1.7    | 1.9      | 1.8     | 0               | 4.3         |
| 2 E. coli                  | 1.4      | 1.3    | 1.8      | 1.3     | 0               | 3           |

Average: 1.53, 1.51, 1.47, 1.29

The antibacterial test on ZnO nanoparticles generated data on the diameter of the clear zone (zone of inhibition), indicating bacterial growth inhibition in all variations in the concentration of ZnO nanoparticles (Figure 6). The diameter of the largest inhibition zone was found at 7.5% ZnO nanoparticles in S. aureus and E. coli with an average inhibition of 1.97 cm and 1.8 cm, respectively. Meanwhile, the smallest inhibition zone diameter was seen in S. aureus and E. coli at a 2.5% ZnO nanoparticles concentration with an average inhibition zone diameter of 1.53 cm and 1.33 cm, respectively. This
study resulted in a larger inhibition zone diameter than the research conducted by Nithya and Kalyanasundharam (2019) using ZnO nanoparticles synthesized by a chemical method with inhibition zones of 10 mm (E. coli) and 13 mm (S. aureus) [28].

Figure 6. Antibacterial test results (a) S. aureus (b) E. coli

From the data in Table 3, it is known that the high concentration of dissolved ZnO nanoparticles leads to more significant inhibition of bacterial growth [29], as seen from the concentration of ZnO nanoparticles 2.5%–7.5%, while the inhibition of bacterial growth decreased at 10% ZnO nanoparticle concentration. At a concentration of 10% ZnO nanoparticles, the inhibition of bacterial growth decreased because the solution was too saturated, resulting in a decreased inhibition of bacterial growth. Increasing the concentration can also affect the interaction or adsorption process of nanoparticles on the surface of cotton fabrics. Another study conducted by Musdalifa et al. (2019) also reported that increasing the concentration of ZnO nanoparticles to 10% in cotton fabrics decreased the inhibition zone for S. aureus bacteria [30].

From the observation of the inhibition zone diameter, it was found that the inhibition zone diameter for S. aureus bacteria was more significant than for E. coli bacteria. E. coli (gram–negative) bacteria have a more complex cell wall than S. aureus (gram–positive) bacteria. The cell wall of gram–negative bacteria consists of three polymers, namely lipoprotein (outer layer), lipopolysaccharide (middle layer), and peptidoglycan (inner layer). The outer membrane of gram–negative bacteria is in the form of a bilayer; thus, gram–negative bacteria have good resistance to compounds that enter their cells and toxic properties [31]. The cell wall of S. aureus (gram–positive) bacteria is composed of polysaccharides, so it is easier to denature than E. coli bacteria (gram–negative) cell wall, which is composed of phospholipids [32].

The antibacterial mechanism by ZnO nanoparticles involves the formation of ROS (Reactive Oxygen Species) and the release of Zn\(^{2+}\) ions. The ROS produced can cause mitochondrial weakness, intracellular outflow, and the release of oxidative stress gene expression that causes inhibition of bacterial growth and even bacterial cell death [5]. Metal protein is suspected of assisting the release of Zn\(^{2+}\) and penetrating that ion into bacterial cytoplasm. Furthermore, Zn\(^{2+}\) ions penetrate the cytoplasm, causing bacterial cell death. ZnO nanoparticles have good antibacterial activity against gram–positive (S. aureus) and gram–negative (E. coli) bacteria.

4. Conclusion

Avocado seed extract contains free hydroxyl and amino groups that can act as reducing agents, capping agents, and stabilizers in the synthesis of ZnO nanoparticles. XRD results showed ZnO nanoparticles in the form of hexagonal wurtzite with different crystal sizes, depending on the pH used for preparation. Experiments with pH 7, 8, and 9 resulted in particle sizes of 19.532, 34.273, and 36.832 nm, respectively. Based on the SEM results, the particle size was 19.965 nm. The zone of inhibition of bacterial growth by ZnO nanoparticles was 1.8 cm for E. coli and 1.97 cm for S. aureus.

References

[1] Poonam Chauhan, Aditya Kumar, Bharat Bhushan, Self–cleaning, stain–resistant and anti–bacterial superhydrophobic cotton fabric prepared by simple immersion technique, Journal of Colloid and Interface Science, 535, (2019), 66–74. https://doi.org/10.1016/j.jcis.2018.09.087

[2] Susan Azizi, Mansor B. Ahmad, Farideh Namvar, Rosfarizan Mohamad, Green biosynthesis and characterization of zinc oxide nanoparticles using brown marine macroalga Sargassum muticum aqueous extract, Materials Letters, 116, (2014), 275–277. https://doi.org/10.1016/j.matlet.2013.11.038

[3] Iwan Syahjoko Saputra, Siti Suhartati, Yoki Yulizar, Sudirman Sudirman, Green synthesis nanopartikel ZnO menggunakan media ekstrak daun tin (ficus carica Linn), Jurnal Kimia dan Kemasan, 42, 1, (2020), 1–6 http://dx.doi.org/10.24877/jkk.v42i1.5501

[4] Anja Verbič, Marija Gorjanc, Barbara Simončič, Zinc oxide for functional textile coatings: Recent advances, Coatings, 9, 9 (550), (2019), 1–26 https://doi.org/10.3390/coatings9090550

[5] Suiping Liu, Yuting Lai, Xu Zhao, Ruicheng Li, Fei Huang, Zhuli Zheng, Muying Ying, The influence of H\(_2\)O\(_2\) on the antibacterial activity of ZnO, Materials Research Express, 6, 8, (2019), https://doi.org/10.1088/2053-1591/ab2506

[6] Lisa Klein, Mario Aparicio, Andrei Jitianu, Handbook of Sol–Gel Science and Technology, Springer, 2018

[7] Atia N. Sidiqa, Nina Djustiana, Bambang Sunendar, Renny Febriida, Surface modification of multilayer coatings Ti–Al–Cr and hydroxypatite on calcium phosphate cement with sol–gel method, Journal of Dentistry Indonesia, 19, 2, (2013), 43–46

[8] R.S. Dubey, Y.B.R.D. Rajesh, M.A. More, Synthesis and characterization of SiO\(_2\) nanoparticles via sol–gel method for industrial applications, Materials Today: Proceedings, 2, 4–5, (2015), 3575–3579 https://doi.org/10.1016/j.matpr.2015.07.098

[9] Ramdas B. Khomane, Amit Agrawal, Bhaskar D. Kulkarni, Synthesis and characterization of lithium aluminate nanoparticles, Materials Letters, 61, 23–24, (2007), 4540–4544 https://doi.org/10.1016/j.matlet.2007.02.047

[10] A. Fatimah, E. Risky, S. Ishmayana, D. Rakhmawati Eddy, Biosintesis nanopartikel ZnO menggunakan...
[11] Suvardhan Kanchi, Shakeel Ahmed, Green Metal Nanoparticles: Synthesis, Characterization and their Applications, Wiley-Scrivener, 2018

[12] Rodiah Nurbayasari, Nanda Saridewi, Biosintesis dan Karakterisasi Nanopartikel ZnO dengan Ekstrak Rumpup Laut Hijau Caulerpa sp., Jurnal Perikanan Universitas Gadjah Mada, 19, 1, (2017), 17-28 https://doi.org/10.24416/jfsl.24488

[13] S. Rajeshkumar, G. Rinitha, Nanostructural characterization of antimicrobial and antioxidant copper nanoparticles synthesized using novel Persea americana seeds, OpenNano, 3, (2018), 18-27 https://doi.org/10.1016/j.onano.2018.03.001

[14] N.G. Girón–Vázquez, C.M. Gómez–Gutiérrez, C.A. Soto–Robles, O. Nava, E. Lugo–Medina, V.H. Castrejón–Sánchez, A.R. Vilchis–Nestor, P.A. Luque, Study of the effect of Persea americana seed in the green synthesis of silver nanoparticles and their antimicrobial properties, Results in Physics, 13, 102142, (2019), 1–5 https://doi.org/10.1016/j.rinp.2019.02.078

[15] Nanda Saridewi, Heri T. Syaputro, Isalmi Aziz, Dasuniami Dasuniami, Blauinik N. Kumila, Synthesis and characterization of ZnO nanoparticles using pumpkin seed extract (Cucurbita moschata) by the sol–gel method, AIP Conference Proceedings, 2021 https://doi.org/10.1063/5.0051826

[16] Burçin Acar Çağlar, Leyla Budama, Önder Topel, Numan Hoda, Synthesis of ZnO nanoparticles using PS–b–PAA reverse micelle cores for UV protective, self–cleaning and antibacterial textile applications, Colloids and Surfaces A: Physicochemical and Engineering Aspects, 434, (2012), 132–139 https://doi.org/10.1016/j.colsurfa.2012.08.015

[17] M Ramesh, M Anbuvannan, GJSAPAM Viruthagiri, Green synthesis of ZnO nanoparticles using Solanum nigrum leaf extract and their antibacterial activity, Spectrochimica Acta Part A: Molecular and Biomolecular Spectroscopy, 136, (2015), 864–870 https://doi.org/10.1016/j.saa.2014.09.015

[18] Jae Yong Song, Hyeyeon–Kyeong Jang, Beom Soo Kim, Biological synthesis of gold nanoparticles using Magnolia kobus and Dioppyros kaki leaf extracts, Process Biochemistry, 44, 10, (2009), 1133–1138 https://doi.org/10.1016/j.procbio.2009.06.005

[19] Heru Susanto, Y.U. Fend, Mathias Ulbricht, Fouling behavior of aqueous solutions of polyphenolic compounds during ultrafiltration, Journal of Food Engineering, 91, 2, (2009), 333–340 https://doi.org/10.1016/j.jfooeng.2008.09.011

[20] K.L. Nirainmathi, V. Sudha, R. Lavanya, P. Brindha, Biosynthesis of silver nanoparticles using Alternanthera sessilis (Linn.) extract and their antimicrobial, antioxidiant activities, Colloids and Surfaces B: Biointerfaces, 102, (2013), 288–291 https://doi.org/10.1016/j.colsurfb.2012.08.041

[21] Ratul Kumar Das, Bibhuti Bhusan Borthakur, Upal Bora, Green synthesis of gold nanoparticles using ethanolic leaf extract of Centella asiatica, Materials Letters, 64, 13, (2010), 1445–1447 https://doi.org/10.1016/j.matlet.2010.03.051

[22] Hu Wang, Juan Xie, Kangping Yan, Ming Duan, Growth mechanism of different morphologies of ZnO crystals prepared by hydrothermal method, Journal of Materials Science & Technology, 27, 2, (2011), 153–158 https://doi.org/10.1016/S1005-0302(11)60041-8

[23] Parita Basnet, Somenath Chatterjee, Structure–directing property and growth mechanism induced by capping agents in nanostructured ZnO during hydrothermal synthesis—A systematic review, Nano–Structures & Nano–Objects, 22, (2020), 100426 https://doi.org/10.1016/j.nanos.2020.100426

[24] J. Tournebize, A. Boudier, O. Joubert, H. Eidi, G. Bartosz, P. Maincent, P. Leroy, A. Sapin–Minet, Impact of gold nanoparticle coating on redox homeostasis, International Journal of Pharmaceutics, 438, 1–2, (2012), 107–116 https://doi.org/10.1016/j.ijpharm.2012.07.026

[25] Renata Dobrucka, Jolanta Długaszewska, Biosynthesis and antibacterial activity of ZnO nanoparticles using Trifolium pratense flower extract, Saudi Journal of Biological Sciences, 23, 4, (2016), 517–523 https://doi.org/10.1016/j.sjbs.2015.05.016

[26] Mohana Priya Subramaniam, Geetha Arunachalam, Ramamurthy Kandasamy, PandaIyarasan Veluswamy, Ikeda Hiroya, Effect of pH and annealing temperature on the properties of tin oxide nanoparticles prepared by sol–gel method, Journal of Materials Science: Materials in Electronics, 29, 1, (2018), 658–666 https://doi.org/10.1007/s10854-017-7959-2

[27] Akhilash Mohanan Pillai, Vishnu Sankar Sivasankarapillai, Abbas Rahdar, Jithu Joseph, Fardin Sadeghfar, K. Rajesh, George Z. Kyzas, Green synthesis and characterization of zinc oxide nanoparticles with antibacterial and antifungal activity, Journal of Molecular Structure, 1211, 128107, (2020), 1–8 https://doi.org/10.1016/j.molstruc.2020.128107

[28] K. Nithya, S. Kalyanasundharam, Effect of chemically synthesis compared to biosynthesized ZnO nanoparticles using aqueous extract of C. halicacabum and their antibacterial activity, OpenNano, 4, 100024, (2019), 1–12 https://doi.org/10.1016/j.onano.2018.10.001

[29] Raja Adibah Raja Ahmad, Zawati Harun, Mohd Hafiz Dzafar Othman, Hatijah Basri, Muhamad Zaini Akhair, Abdu Akhair, Abdul Qayyum Abd Rashid, Faiz Hafeez Azhar, Siti Salwa Alias, Biosynthesis of zinc oxide nanoparticles by using fruits extracts of Ananas comosus and its antibacterial activity, Malaysian Journal of Fundamental and Applied Sciences, 15, 2, (2019), 268–273 https://doi.org/10.11133/mjfas.v15i2.1217

[30] K. Musdalifa, Muh Nuril Kamal Purnama, Herawati Herawati, Sintesis dan karakterisasi nanopartikel seng oksida (ZnO) dan aplikasinya sebagai agen antibakteri staphylococcus aureus pada kain katun jenis cotton combed, Indonesian Journal of Fundamental Sciences, 5, 1, (2019), 15–25

[31] Septiani Septiani, Eko Nurcahya Dewi, Ima Wiljayanti, Aktivitas Antibakteri Ekstrak Ekstrak Lamun (Cymodocea rotundata) Terhadap Bakteri Staphylococcus aureus dan Escherichia coli
(Antibacterial Activities of Seagrass Extracts (Cymodocea rotundata) Against Staphylococcus aureus and Escherichia coli), *Saintek Perikanan: Indonesian Journal of Fisheries Science and Technology*, 13, 1, (2017), 1–6
https://doi.org/10.14710/ijfst.13.1.1–6

[32] Ayu Fitria Helmiyati, Nurrahman Nurrahman, Pengaruh konsentrası tawas terhadap pertumbuhan bakteri gram positif dan negatif, *Jurnal Pangan dan Gizi*, 1, 1, (2010), 1–6